Dipolar resonances in conductive carbon microfibers probed by near-field terahertz spectroscopy
Khromova, I.; Navarro-Cía, M.; Brener, I.; Reno, J. L.; Ponomarev, A.; Mitrofanov, O.

DOI:
10.1063/1.4926628

License:
None: All rights reserved

Document Version
Publisher's PDF, also known as Version of record

Citation for published version (Harvard):
Khromova, I., Navarro-Cía, M., Brener, I., Reno, J.L., Ponomarev, A. & Mitrofanov, O. 2015, 'Dipolar resonances in conductive carbon microfibers probed by near-field terahertz spectroscopy', Applied Physics Letters, vol. 107, no. 2, 021102. https://doi.org/10.1063/1.4926628

Link to publication on Research at Birmingham portal

Publisher Rights Statement:
Copyright (2015) AIP Publishing. This article may be downloaded for personal use only. Any other use requires prior permission of the author and AIP Publishing.

The following article appeared in Khromova, I., et al. "Dipolar resonances in conductive carbon microfibers probed by near-field terahertz spectroscopy." Applied Physics Letters 107.2 (2015): 021102. and may be found at https://doi.org/10.1063/1.4926628

Checked Jan 2016

General rights
Unless a licence is specified above, all rights (including copyright and moral rights) in this document are retained by the authors and/or the copyright holders. The express permission of the copyright holder must be obtained for any use of this material other than for purposes permitted by law.

• Users may freely distribute the URL that is used to identify this publication.
• Users may download and/or print one copy of the publication from the University of Birmingham research portal for the purpose of private study or non-commercial research.
• Users may use extracts from the document in line with the concept of 'fair dealing' under the Copyright, Designs and Patents Act 1988 (?)
• Users may not further distribute the material nor use it for the purposes of commercial gain.

Where a licence is displayed above, please note the terms and conditions of the licence govern your use of this document.

When citing, please reference the published version.

Take down policy
While the University of Birmingham exercises care and attention in making items available there are rare occasions when an item has been uploaded in error or has been deemed to be commercially or otherwise sensitive.

If you believe that this is the case for this document, please contact UBIRA@lists.bham.ac.uk providing details and we will remove access to the work immediately and investigate.
Dipolar resonances in conductive carbon micro-fibers probed by near-field terahertz spectroscopy
I. Khromova, M. Navarro-Cía, I. Brener, J. L. Reno, A. Ponomarev, and O. Mitrofanov

Citation: Applied Physics Letters 107, 021102 (2015); doi: 10.1063/1.4926628
View online: http://dx.doi.org/10.1063/1.4926628
View Table of Contents: http://scitation.aip.org/content/aip/journal/apl/107/2?ver=pdfcov
Published by the AIP Publishing

Articles you may be interested in
Controllable terahertz conductivity in single walled carbon nanotube/polymer composites
J. Appl. Phys. 117, 023115 (2015); 10.1063/1.4905958

Stabilization of field electron emission from carbon nanofibers using ballast resistance
J. Vac. Sci. Technol. B 30, 031801 (2012); 10.1116/1.3700237

Terahertz generation and chaotic dynamics in single-walled zigzag carbon nanotubes
Chaos 19, 033136 (2009); 10.1063/1.3227644

Self-consistent theory for near-field distribution and spectrum with quantum wires and a conductive grating in terahertz regime
J. Appl. Phys. 105, 093715 (2009); 10.1063/1.3116737

Terahertz conductivity of anisotropic single walled carbon nanotube films
Appl. Phys. Lett. 80, 3403 (2002); 10.1063/1.1476713
Dipolar resonances in conductive carbon micro-fibers probed by near-field terahertz spectroscopy

I. Khromova,1,2,3 M. Navarro-Cía,1,4 I. Brener,5,6 J. L. Reno,5,6 A. Ponomarev,7 and O. Mitrofanov1,8

1Department of Electronic and Electrical Engineering, University College London, Torrington Place, London WC1E 7JE, United Kingdom
2International Research Centre for Nanophotonics and Metamaterials, ITMO University, Birjevaja line V.O. 14, St. Petersburg 199034, Russia
3Department of Electrical and Electronic Engineering, Public University of Navarra, Arrosadia, Pamplona, Navarra 31006, Spain
4Optical and Semiconductor Devices Group, Department of Electrical and Electronic Engineering, Imperial College London, SW7 2BT London, United Kingdom
5Center for Integrated Nanotechnologies, Sandia National Laboratory, Albuquerque, New Mexico 87185, USA
6Sandia National Laboratory, Albuquerque, New Mexico 87185, USA
7St. Petersburg State Polytechnic University, Politekhnicheskaya 29K1, St. Petersburg 194064, Russia

(Received 15 May 2015; accepted 30 June 2015; published online 13 July 2015)

We observe dipole resonances in thin conductive carbon micro-fibers by detecting an enhanced electric field in the near-field of a single fiber at terahertz (THz) frequencies. Time-domain analysis of the electric field shows that each fiber sustains resonant current oscillations at the frequency defined by the fiber’s length. Strong dependence of the observed resonance frequency and degree of field enhancement on the fibers’ conductive properties enable direct non-contact probing of the THz conductivity in single carbon micro-fibers. We find the conductivity of the fibers to be within the range of 1–5 × 10^4 S/m. This approach is suitable for experimental characterization of individual doped semiconductor resonators for THz metamaterials and devices. © 2015 Author(s). All article content, except where otherwise noted, is licensed under a Creative Commons Attribution 3.0 Unported License. [http://dx.doi.org/10.1063/1.4926628]

Resonant plasmonic response of micro-scale structures made of doped semiconductors at terahertz (THz) frequencies enables tunable light-matter interaction required for efficient THz devices. A semiconductor micro-resonator, for instance, can be used as a tunable antenna for THz sensing and detection.1–3 Arranged in a periodic array, such antennas offer promising solutions for tunable THz metamaterials with frequency-selective transmission and absorption.4–7

At the heart of the tunable THz response is the dependence of the resonance properties of semiconductor micro-structures on their plasma frequency and charge carrier scattering rate. These parameters are tunable via electronic, thermal, and chemical mechanisms within the THz and mid-IR frequency ranges. They are also influenced by fabrication processes and handling conditions. Experimental methods for THz conductivity characterization are therefore required for verifying theoretical models of semiconductor micro-structures (including periodic arrays of graphene ribbons or randomly distributed carbon nanotubes and micro-fibers) and for the development of tunable THz devices.

The two most common experimental techniques for characterizing nano- and micro-particles at THz frequencies rely on models of their collective response. The first approach consists in measuring THz transmission or reflection in composites containing multiple resonators.5–10 Extracting the properties of individual resonators from such measurements requires knowledge of their shape, dimensions, volume fraction, and degree of clusterization. It is common to use effective media approximations, such as the Maxwell-Garnett mixing rule, to describe composites with subwavelength inclusions.11 However, this approach is not applicable to composites with inhomogeneous, resonant, or irregularly shaped inclusions,11,12 in particular, those with sizes comparable to the relevant wavelength. In the second approach, micro-resonators are analyzed by measuring THz transmission or reflection of metasurfaces containing their periodic or aperiodic arrays.13,14 However, the collective response of a metasurface is defined by both the response of individual elements and the interaction between them. Moreover, each of the resonant elements may have different conductivity or size giving rise to a broader collective resonance. Local carrier density in semiconductors has been probed using tip-enhanced spectroscopy in the THz and infrared ranges.13,14 Observation and characterization of plasmonics excitations using this method for individual THz resonators have not been reported yet. It is thus important to have a technique for direct experimental characterization of single resonant micro-particles at THz frequencies.

In this letter, we report on an experimental method for non-contact probing of THz conductivity in individual conductive micro-resonators. We studied single carbon micro-fibers (CMFs), with lengths varying between 50 and 150 μm, using near-field time-domain THz spectroscopy.15,16 For each fiber, we observe an electric dipole resonance in the THz range. At the resonance frequency, specific for each CMF, the electric field in the near-field zone of the fiber is enhanced. Time-domain analysis allows us to attribute the enhancement to standing waves, or plasmonic resonances, induced in the CMFs by incident THz pulses. The degree of field enhancement, as well as the resonance frequency, for a
conductive fiber depends primarily on the material’s conductivity. It allows us to experimentally evaluate the conductivity of a single CMF through studying the properties of its resonant response. To do so, we compare the measured resonance frequency and enhancement factor with those produced using full-wave numerical modelling. The THz conductivity of the CMFs is similar to that of doped semiconductors, suggesting that the method can be applied to a broad range of THz plasmonic resonators.

A CMF (Figs. 1(a) and 1(b)) is a cylindrical particle with a 7 μm diameter and a length of the order of tens of μm, produced from carbon fibers by micro-milling (supplied by STC of Applied Nanotechnologies). It contains 98% carbon basis and its crystal structure resembles that of graphite with conductive planes oriented along the fiber axis.\(^{17,18}\) Depending on specific fabrication techniques, the DC resistivity of similar unmilled carbon fibers is of the order of 10 \(\mu\)Ω m (Ref. 17) and is strongly temperature-dependent.\(^{19}\) The plasma frequency of graphite in the conductive plane is known to deteriorate the radiative efficiency of dipoles,\(^{22}\) the near-field response of CMFs nevertheless remains resonant. In the frequency domain, the spectrum of the detected field produces a pronounced peak at the resonance frequency specific to each CMF.

CMF samples are manually attached to 12.5 μm-thick low-density polyethylene (LDPE) substrates. The fiber axis is oriented along the polarization (x-axis) of the THz pulses generated by optical rectification in a ZnTe crystal. The experiments are performed at a temperature of \(22 \pm 1^\circ\)C.

Figure 2(a) shows the near-field space-time distribution (200 μm × 12 ps) of the electric field detected by the THz probe along the axis of a 80 μm-long CMF. Figures 2(b) and 2(c) illustrate the waveforms detected by the probe with and without the fiber in front of the probe aperture, respectively. These measurements are taken at the same sample-to-probe distance, \(d = 15 \mu m\). Throughout the experiment, \(d\) is kept below \(\lambda/6\) (\(\lambda\) is the central free-space wavelength) ensuring near-field measurements.

The space-time diagrams and waveforms measured at the centers of all CMFs show clear resonant features—each sample is “ringing” at a specific frequency. This fact allows us to create time-resolved THz images of the CMF resonant modes by raster scanning the fiber in the xy-plane while maintaining the same sample-to-probe distance. The THz resonance...
image in Fig. 2(d) is recorded at 3.5 ps time delay, when the field of the resonant standing wave is at its maximum and is distinctly different from the field detected in the absence of the sample. The detected field is proportional to the gradient $\frac{dE_z}{dz}$ of the field induced between the CMF and the ground plane $^{25}$ (see inset in Fig. 2(e)). Figure 2(e) shows the spectral response of the CMF with the resonance peak matching the THz dipole resonance. In the vicinity of the resonant frequency, the spectrum follows a Lorentzian line shape and can be described by two parameters: the resonance frequency $f_r$ and the peak amplitude (normalized to the reference spectrum, $E(f_r)/E_0(f_r)$). For simplicity, let us denominate the latter as the enhancement factor ($EF$).

Our approach to finding the CMF’s conductivity is through measuring its $EF$. Similar to its effect on scattering and absorption cross-sections of a dipole in the far field, the dipole’s conductivity defines the intensity of induced resonant currents and, consequently, the strength of the fields in the immediate proximity to the CMF.

The observed response of a micro-resonator with a certain conductivity also depends on its distance from the metallic screen of the probe. As the sample is moved towards the probe along the $z$-axis, the detected near-field amplitude increases and produces higher enhancement factor $EF$. $^{26}$ For each sample, we measure the dependence of its $EF$ on the sample-to-probe distance $d$.

Figures 3(a) and 3(b) show the enhancement factor vs. distance diagrams for a 102 $\mu$m and 80 $\mu$m-long CMFs, respectively. The black lines and symbols denote the measured enhancement factors for both CMFs, the blue lines and symbols represent the corresponding enhancement factors extracted from the Lorentzian fits to the measured spectra, as in Fig. 2(e).

To evaluate the CMF’s conductivity, we simulate the experiment (including the sample, the substrate, and the probe) numerically using the time-domain solver of the CST Microwave Studio$^TM$. We use hexahedral mesh cells with sizes varying from 0.1 to 10 $\mu$m. The CMF’s conductivity at THz frequencies is approximated by a DC value and is varied from $10^3$ to $10^8$ S/m. Losses in the LDPE substrate are neglected.

In Figs. 3(a) and 3(b), the experimental curves are plotted against numerically obtained conductivity maps. As the sample-to-probe distance increases, the influence of systematic noise becomes more noticeable, which can be seen from the error bars. Comparing the results, we conclude that the DC conductivity of the CMFs is within $1–5 \times 10^4$ S/m, which is consistent with estimations based on conductive properties of graphite. $^{21}$

An alternative, and probably more intuitive, approach to estimating the conductivity of lossy dipoles consists in measuring their resonance frequency. As the conductivity decreases and the material’s response deviates from perfect electric conductor, the period of resonant current oscillations becomes longer and the resonance frequency of the dipole shifts towards lower values.

Compared to the case of suspended dipole, in our experiment, the resonance for each CMF experiences an additional “red” frequency shift and almost a double increase of the enhancement factor. This is due to the presence of LDPE substrates with a dielectric permittivity $\varepsilon_{sub} = 2.33$. $^{27}$ For perfect conductors, the resonance frequency shift can be estimated as a factor of $\frac{1}{\sqrt{\varepsilon_{sub}+1}}$. $^{28}$

In addition to the effect of the LDPE substrates, the resonance frequency of each dipole is also affected by the metallic plane of the probe. $^{22}$ Figure 3(c) shows a resonance frequency vs. sample-to-probe distance diagram similar to Figs. 3(a) and 3(b) with experimental data plotted against the
The conductivity of the CMFs measured via this approach is consistent with the one estimated through enhancement factor analysis.

In these experiments, the following factors affect the accuracy of conductivity estimation. The lengths of the studied CMFs were measured with about ±1 µm error, which would change the $EF$ and the resonance frequency by ~1%. CMF radii were not measured for each individual sample, but assumed to be equal to 3.5 µm as in Fig. 1(a). It is known that the radii of the CMFs experience a 10% variation resulting in 10% and <1% error in the $EF$ and $f_r$, respectively. The distance between the sample and the detector $d$ was defined with a ±2 μm error. More precise definition of $d$ can further improve the accuracy of the conductivity measurements.

In conclusion, we present an experimental method for non-contact probing of the THz conductivity of single, conductive resonant micro-particles. As a proof of concept, we measured the THz conductivity of individual CMFs by (1) measuring the degree of near-field enhancement produced by the electric dipole resonances in the near-field region around the samples, (2) and analyzing their resonance frequency and its deviation from the resonance frequency of perfectly conducting dipoles with identical geometry. The difference in the way experimental errors affect the two measured parameters, $EF$ and $f_r$, suggests that the two techniques of conductivity estimation are complementary to each other. We note that far-field characterization of isolated resonant micro-structures using a conventional THz time-domain spectroscopy (TDS) system is challenging. With their typical beam spot size of ≈1mm in diameter, an 80 µm CMF (assuming its conductivity to be $2.5 \times 10^4$ S/m) would lead to a mere 1.7% intensity dip (0.88% amplitude dip) in transmitted field at the resonance frequency. The proposed near-field approach is suitable for characterizing isolated micro-scale particles with pronounced resonant absorption in the THz range and works best for materials with low DC conductivity ($10^3$–$10^6$ S/m). In particular, it can be applied to the characterization of semiconductor or semimetallic elements of THz absorbers, resonance-based sensors, or tunable metamaterials and metasurfaces.

This work was supported by the Royal Society [Grant No. UF130493], RFBR [Project No. 14-22-02064 ofi-m] and Imperial College London [Junior Research Fellowship] and partially supported by the Government of the Russian Federation [Grant No. 074-U01]. This work was performed at UCL and, in part, at the Center for Integrated Nanotechnologies, a U.S. Department of Energy, Office of Basic Energy Sciences user facility. Sandia National Laboratories is a multi-program laboratory managed and operated by Sandia Corporation, a wholly owned subsidiary of Lockheed Martin Corporation, for the U.S. Department of Energy’s National Nuclear Security Administration under Contract No. DE-AC04-94AL85000. The authors thank FideNa (Spain) for the SEM images.

1. Berrier, P., Albellaa, M. A., Poyli, R. Ulbreicht, M. Bonn, J. Aizpurua, and J. G. Rivas, Opt. Express 20, 5052 (2012).
2. G. Georgiou, A. Berrier, M. Schaafsma, H. Tyagi, M. Nagel, and J. Gomez Rivas, in 8th International Conference on Infrared, Millimeter, and Terahertz Waves (IRMMW-THz) (2013), pp. 1–3.
3. B. Ng, S. M. Hanham, V. Giannini, Z. C. Chen, M. Tang, Y. F. Liew, N. Klein, M. H. Hong, and S. A. Maier, Opt. Express 19, 14653 (2011).
4. L. Jus, B. Geng, J. Horng, C. Girir, M. Martin, Z. Hao, H. A. Bechel, X. Liang, A. Zettl, Y. R. Shen, and H. Wang, Nat. Nano. 6, 630 (2011).
5. J. Han, A. Lakhtakia, and C.-W. Qui, Opt. Express 16, 14390 (2008).
6. H.-T. Chen, Front. Optoelectron., 8, 27 (2015).
7. C. Ju, B. Geng, J. Horng, C. Girir, M. Martin, Z. Hao, H. A. Bechel, X. Liang, A. Zettl, Y. R. Shen, and H. Wang, Nat. Nano. 6, 630 (2011).
8. B. Ng, S. M. Hanham, V. Giannini, Z. C. Chen, M. Tang, Y. F. Liew, N. Klein, M. H. Hong, and S. A. Maier, Opt. Express 19, 14653 (2011).
